Aluminum Waste in Road Pavement Subgrade
Residuos de aluminio en el subsuelo de las carreteras

Ali Firt Cabalar¹, Govar Hayder², Mohammed D. Abdulnafaa³, and Haluk Isik⁴

ABSTRACT
This paper aims to investigate the use of spiral aluminum computer numerical control milling waste (CNC-W) in the construction of road pavement subgrade. The soil (CL) was mixed with CNC-W spirals with ratios of between 0% and 20%, and five percent increments by dry weight with different water contents. California Bearing Ratio (CBR), Unconfined Compressive Strength (UCS), and consolidation tests were conducted. The experimental results indicated that the inclusion of CNC-W spirals increased the CBR value of clay up to the 15% mixture ratio, then decreased it. Similarly, the UCS value of clay was increased to the same ratio, whilst the UCS was not able to be determined due to the failing of all specimens with a mixture ratio higher than 15%. The permeability and swelling values, as well as the consolidation characteristics of the mixtures, were defined. The swelling percentages decreased from 1.15 cm/sec to 0.81 cm/sec with an increment in the CNC-W spiral content. A reduction was observed in the coefficient of permeability (k) values up to 15% mixture ratio, whilst it remained constant with change in CNC-W spiral content with a 20% mixture ratio. Coefficient of consolidation demonstrated a similar pattern of behavior to the permeability changes.

Keywords: computer numerical control milling waste CNC-W, clay, California Bearing Ratio (CBR), Unconfined Compressive Strength (UCS), consolidation

RESUMEN
Este artículo buscó investigar el uso de desechos espiralales de aluminio de fresado de control numérico por computador (CNC-W) en la construcción de subbases de pavimento de carretera. La tierra (CL) fue mezclada con espirales de CNC-W con proporciones entre 0% y 20%, e incrementos del 5% por peso seco con contenidos diferentes de agua. Se efectuaron las pruebas California Bearing Ratio (CBR), Resistencia a la Compresión Uniaxial (UCS), y de consolidación. Los resultados experimentales indicaron que la inclusión de espirales de CNC-W incrementaba el valor CBR de la arcilla hasta el 15% de proporción en la mezcla y después lo disminuiría. Similarmente, el valor UCS de la arcilla se incrementó con las mismas proporciones, mientras que la USC no se pudo determinar debido a la falla de todos los especímenes con una proporción de mezcla más alta que el 15%. Se definieron los valores de permeabilidad e hinchaqón, así como las características de consolidación de las mezclas. Los porcentajes de hinchazón disminuyeron de 1.15 cm/sec a 0.81 cm/sec con un incremento en el contenido de espirales de CNC-W. Se observó una reducción en los valores del coeficiente de permeabilidad (k) con una proporción de mezcla de hasta el 15%, mientras que estos permanecieron constantes con el cambio en el contenido de espirales de CNC-W con 20% de proporción en la mezcla. El coeficiente de consolidación demostró un patrón similar de comportamiento a los cambios de permeabilidad.

Palabras clave: desechos de fresado de control numérico por computador (CNC-W), arcilla, California Bearing Ratio (CBR), resistencia a la compresión uniaxial (UCS), consolidación

Received: April 29th, 2019
Accepted: February 2nd, 2020

¹Civil Engineering University of Gaziantep, M.Sc. University of Gaziantep, Ph.D. University of Southampton. Affiliation: Professor, Civil Engineering Department, University of Gaziantep, Turkey. E-mail: cabalar@gantep.edu.tr
²Civil Engineering Saladdin University, M.Sc. University of Gaziantep. Affiliation: Field Engineer at Frontier-Kemper Constructions, Inc., Canada. E-mail: govar.hayder@gmail.com
³Civil Engineering University of Mosul, M.Sc. University of Mosul, Ph.D. University of Gaziantep. Affiliation: Lecturer, College of Engineering, Iraq. Email: mohammed1979eng@uomosul.edu.iq
⁴Civil Engineering Istanbul Technical University, M.Sc. Istanbul Technical University. Affiliation: Research Assistant, Civil Engineering Department, University of Gaziantep, Turkey. E-mail: halukisik@gantep.edu.tr

Introduction
Many industrialized countries have massive sources of waste materials such as fly ash, tire rubber, and different types of metal swarf. Instead of being disposed of in landfills, such wastes can have some applications in geotechnical engineering. It is significant to note that soil does not fail in compression alone, but it always fails in shear. Soils are reinforced with waste materials, so that their performance to absorb shear stresses and tensile loads are improved. The use of waste materials for soil reinforcement has been gaining popularity primarily because of its versatility, easy and cost-effective construction. For example, different forms of waste tires have been employed in some applications in civil engineering including insulation beneath roads, slope stability, and lightweight backfill retaining walls (Mitchell and Katti, 1981; Fatani, Bauer and Al-Joulani, 1991; Ahmed and
Lovell, 1992; Edil and Bosscher, 1994; Masad et al. 1996; Shahu, Yudhir, and Kameswara, 1999; Kim and Santamarina, 2008; Tanchaisawat, Bergado, Vooitiuppeu and Shehzad, 2010; Sarkar, Abbas, and Shahu, 2012; Edinçiller, Cabalar, Cevik and Cagatay, 2012; Cabalar, Karabash and Mustafa, 2014; Cabalar and Karabash, 2015; Gomes Correia, Winter and Puppala, 2016; Patel and Shahu, 2016; Seddon, Winter and Nettleton, 2018; Cabalar, Zardikawi and Abdulnafaaa, 2019). In addition, investigations on plastic waste use as soil reinforcement material have proved their worth in geotechnical applications including road bases, embankments, slope stability, retaining walls by increases in shear strength, and reductions of post peak losses in soils (Maher and Ho, 1994; Santoni et al, 2001; Zornberg, 2002; Consoli, Prietto and Ulbrich, 2007; Munthar, 2012). Although numerous studies have been performed for use of this material, the combined use of plastic waste and steel slag can provide much more strength to the pavement constructed with certain proportions (Mishra, JhaAjachi, Satrawala and Amin, 2013). Wang (1997, 2006) studied the use of fibers from carpet waste as soil reinforcement, and observed a significant increase in triaxial strength of sandy soils. Murray, Frost and Wang (2000) reported that for every 1% increment in fiber content leads to a 1% increment in optimum moisture content. Miraftab and Lickfold (2008) indicated that carpet waste fibers could be substantially mixed with weak soil until a maximum of 10% to increase internal angle of friction and cohesion. Ghiasian, Poorebrahim, and Gray (2004) stated that randomly placed synthetic strips had an important effect on the strength and constitutive behavior of fine sand.

A Computer Numerical Control (CNC) milling machine, a specific type of computer numerical controlled device, is designed to machine any kind of metal. Spiral aluminum Computer Numerical Control Milling Waste (CNC-W) is a type of swarf, which is known as pieces of metal resulting from CNC milling machining, which is the process of physically machining objects from 3D or 2D digital information. During various steps of aluminum production within this process, a lot of CNC-W scrap is continuously generated due to machining operations (Fratila, 2009; Newman, Nassehi, Asrani and Dhokia, 2012; Faludi, Bayley and Bhogal, 2015; Wang et al., 2015). Dumping of this material has become a problem for many countries. The industry in India, for example, generates around 10-20 million tons of CNC-W scrap annually, which is difficult to recycle by conventional methods (Lazzaro and Atzori, 1993; Samuel, 2003; Shinzato and Hypolito, 2005; Sevigne-Itoz, Gasol, Rieradevall and Gabarrell, 2014; Galindo, Padilla, Rodriguez, Hernandez, Andres and Delgado, 2015). After going through the literature, it is worth noting that few researchers reported that addition of CNC-W spirals in concrete mix increased the compressive strength (Shukla, 2013). Although there are several methods of CNC-W disposal, because of the environmental concerns regarding potential contamination (e.g., Hall-Héroult Process; Calder and Stark, 2010), this paper is the first to ever examine the impact of CNC-W spiral content on soil behavior. An experimental study (UCS, CBR, consolidation) has been carried out on the mixtures of soil with CNC-W at percentages 0, 5, 10, 15, and 20, by dry weight.

**Experimental Work**

**Materials**

The materials used were soil and CNC-W spirals. The soil samples were collected inside the campus at the University of Gaziantep in Turkey. The Atterberg limit tests were performed, and the liquid limit and plastic limits were 23 and 22%, respectively. The cohesion (c) and internal friction angle (ϕ) of the tested samples were measured to be 15 kPa and 22 o, respectively. The clay grains have a specific gravity of 2,65. After the sieve analysis, according to the USCS, the soil sample was classified as CL (low plasticity clay) (see Figure 1).

![Figure 1. Grain size distributions for the soil and waste grains used during the experimental study. Source: Authors](image-url)

The CNC-W was made of aluminum obtained from the industrial area of Gaziantep. The density and strength of the aluminum processed for CNC-W spiral scraps were determined to be 2700 kg/m3 and 250 MPa, respectively. The CNC-W spiral scraps with a tensile strength of 24 MPa have about 9% elongation. The abundance of aluminum CNC-W scraps produced in Turkey are available at a low cost. Thus, use of this waste as soil reinforcement instead of recycling in metal industry can reduce energy consumption and make economic sense. The CNC-W scrap grains were classified as SP (poorly graded sand), and its specific gravity was found to be 2,80 (see Figure 1).

Clay grains in the scanning electron micrograph (SEM) picture seem to be consisted of smaller plates (see Figure 2). Figure 2 also indicates a photo of the CNC-W spirals, developing around an axis in a constantly changing series of planes.

**Testing equipment and the preparation of specimens**

The CBR testing machine employed in the laboratory had a proving ring with 28 kN capacity, and a dial gauge with 0,01 mm sensitivity. The CBR tests were performed in soaked condition according to ASTM D1883 (2016), in order to...
evaluate the strength of the material and CNC-W mixtures prepared at optimum water contents (ASTM D1557, 2012). Only the soil specimens were evaluated with regard to their performance, and soil with CNC-W at the mixture proportions of 5%, 10%, 15%, and 20% by dry weight of the specimens. The weight of water, CNC-W spirals, and soil were calculated, and they were mixed uniformly. Each of these mixtures were compacted in a CBR mold in 5 layers following the instructions for modified compaction (2700 kN·m/m$^3$). Bottom and top surfaces of the specimens in the mold, whose diameter and height measurements were 152 mm and 178 mm respectively, were covered by paper filters in order to prevent the fines to leak out of them during the procedure. The CBR tests were carried out after a 96-hour soaking period. The piston penetrating at a rate of 1.25 mm per minute into the compacted subbase material was observed, and stresses were recorded at penetration levels of 2.54 mm, 5.08 mm, 7.62 mm, 10.16 mm, and 12.70 mm (ASTM D1883, 2016).

The consolidation characteristics of these composite specimens were determined with help from laboratory consolidation tests (ASTM D2435, 2011). The oven dried soil and CNC-W samples were mixed by dry weight. The appropriate volume of soil and CNC-W were measured, and blended physically in a dry condition, up to the point where samples were noted to be uniform. They were placed in very thin layers by spooning gently into the mold. After filling the mold completely, the cap on top of the it was placed, and then the cell was periodically filled with water until the specimen was completely saturated and submerged under water. The outside ring was kept full with water for the entire period of the test. The oedometer machine used was 7.5 in diameter and 2 cm in height, which was equipped with a transducer. In the standard testing method used in this study, the submerged cell that is confined in the steel ring is subjected to a vertical loading while drainage is allowed through either the top and bottom faces. This load that is applied on the cell is increased twice its amount every day in order to measure the consolidation characteristics of the specimen.

Results and Discussion

The amount of water versus the dry unit weight of the soil only and the soil with different CNC-W inclusions were studied by traditional compaction tests, which were carried out by following the procedures defined in ASTM D1557 (2012). A comparison between the specimens prepared by conventional testing procedures is illustrated in Figure 3. The maximum dry unit weight of the specimens was observed to increase with increasing CNC-W inclusions because of relatively higher specific gravity of the CNC-W spirals. However, the optimum water content values were observed to decrease with increasing CNC-W inclusion. Certain similarities were observed between the results obtained here and the results on discrete fiber and micro grid stabilized soils (Shukla, Sivakugan, and Das, 2009). For example, Leshchinsky, Evans, and Vesper (2016) suggested using micro grids for earthworks where shallow ground improvement is required (e.g., retaining wall, surficial slope stabilization, or erosion protection).

Figure 2. SEM picture of the soil (top), and photo of the aluminum CNC-W spiral (bottom).
Source: Authors

Figure 3. Compaction curves of the specimens at different mix ratios.
Source: Authors
After determining the optimum water contents for each mixture, CBR values of soil alone, and of soil with CNC-W at different ratios were determined. Figure 4 indicates the change in CBR performance of the samples tested with CNC-W content at optimum water content ($w_{opt}$). The CNC-W inclusions increased the CBR performance of the mixture of soil and CNC-W up to 15%, and then a decrease was observed. The reason behind it is that either soil or CNC-W scraps govern the overall behavior of the sample. For example, 10% CNC-W inclusion to soil resulted in an approximately 2% increment in the maximum CBR performance of the mixture, whilst 20% CNC-W inclusion to soil decreased its performance by approximately 1%. The increment in the maximum CBR performance can be attributed to the increment in the maximum dry unit weights and thereby resulting increase in strength of the soil-CNC-W matrix. Similar results were obtained by employing natural and geosynthetic fiber reinforcements in soil. Actually, construction of geotechnical structures on soft soils is very much risky, given the possibility of settlement, low shear strength, and high compressibility. Fiber reinforcement in soil is accepted as an appropriate improvement technique due to its low cost and local availability (Consoli, Prietto, and Ulbrich, 1998; Rafalko, Brandon, Filz, and Mitchell, 2007; Sivakumar and Vasudevan, 2008; Pradhan, Kar, and Naik, 2012; Singh and Bagra, 2013). The strength of the compacted soil-CNC-W samples is due primarily to the mobilization of material frictional strength. Showing a similar behavior, described by Cabalar and Mustafa (2015), samples with higher quantity of the CNC-W reached the maximum dry unit weight and CBR performance with a relatively small variation in water content. However, samples with relatively less amount of CNC-W reached the maximum CBR with a relatively larger variation. This, in turn, is due primarily to the high-water intake capacity of CL type soils in the samples. When CNC-W scraps are introduced into the soil, they improve its strength. The mechanism behind this behavior is believed to be the ability of these scraps to interact with each of the soil grains through frictional force and inter-locking. Actually, the function of interlocking is to transfer the stress from soil to CNC-W scraps by mobilizing their tensile strength. This may be because of the fact that the volume filled by the CNC-W scraps is greater, leading to more interaction. Thus, influence of scraps will be predominant. CNC-W scraps eventually behave like a frictional resistance element in the soil matrix. The CBR performance of soil samples with CNC-W scraps was observed to be higher than clean soil samples. Therefore, the significant increase in the CBR performance of soil because of CNC-W scraps will substantially reduce the thickness of subgrade layer.

It has long been understood that CBR performance of a subgrade material can determine the thickness of the pavement. The design thickness and capping details for this study are shown in Figure 5. It can be seen that, for a subgrade that has a CBR performance over 15%, the thickness will be 150 mm. If the CBR performance is within a range of 2.5% and 15%, the subgrade can be designed with (i) a 150-mm thickness with a capping of a varying thickness value, or (ii) a capping-free and a thicker subbase (HD 26/06, 2006). Table 1 lists some soil-CNC-W mixtures while also showing the capping and sub-base design thickness for each one of them.

The samples of soil-CNC-W mixtures were evaluated for possible swelling. The swelling potential of the sample was calculated using their expansion ratio, which is the increase in height compared to the beginning of the experiment. Samples prepared with different contents and different swelling potentials can be seen in Figure 6. It was observed that the inclusion of CNC-W in the samples was efficient in managing the swelling. The pressure that develops during swelling can be in any direction and in turn mobilize the frictional forces between the soil particles and the CNC-W, thus counteracting the swelling pressure. The presence of CNC-W inclusions reinforced the soil, and consequently decreased swelling. Eventually, the swelling ratio was seen to have decreased from 1.1% for the soil to only 0.8% for the soil with 20% CNC-W. A certain decrease in swelling percentage was also described by Vyas, Phougat, Sharma, and Ratnam (2011), and by Megeed (2012), who employed polymeric and natural fibers, respectively.
Table 1. Testing results

| Specimen          | CBR (%) | $\gamma_{\text{dry,max}}$ (kN/m$^3$) | $w_{\text{opt}}$ (%) | UCS (kPa) | Pavement design alternatives |
|-------------------|---------|-------------------------------------|-----------------------|-----------|-----------------------------|
|                   |         | 1                                   | 2                     |           |                             |
| CL                | 6,3     | 17,2                                | 19,5                  | 1,15      | 373                         | Subbase Cappping Subbase (mm) |
| CL+5% CNC-W       | 7,4     | 17,5                                | 18,7                  | 1,06      | 389                         | Subbase Cappping Subbase (mm) |
| CL+10% CNC-W      | 7,9     | 17,7                                | 17,9                  | 0,99      | 405                         | Subbase Cappping Subbase (mm) |
| CL+15% CNC-W      | 8,8     | 18,1                                | 17,0                  | 0,87      | 470                         | Subbase Cappping Subbase (mm) |
| CL+20% CNC-W      | 5,5     | 18,1                                | 16,3                  | 0,81      | -                            | Subbase Cappping Subbase (mm) |

CBR: California bearing ratio; $\gamma_{\text{dry,max}}$: Maximum dry density; $w_{\text{opt}}$: Optimum water content; SP: Swelling percentage; UCS: Unconfined compressive strength.

Source: Authors

The results of the UCS show that there is a significant correlation between the stress-strain behavior of the soil samples and the amount of CNC-W in the mixtures (Figures 7 and 8). All of the samples in the study were prepared at their optimum water content (Figure 9). The samples were prepared with an increasing CNC-W scrap ratio up to 20% in the mixture until no further test was able to be performed. The addition of the scrap materials resulted in a decrease in the peak compressive strength of the samples (Table 1). Similar findings were also reported by Chauhan, Mittal, and Mohanty (2008) for investigation of problematic soils tested with the addition of natural fibers and waste materials.

The strength gain rate with CNC-W content was defined in terms of the strength increment index (SII) parameter as described by the expression below (Eq. 1):

$$SII = \frac{UC_{\text{CL,with CNC-W}} - UC_{\text{CL}}}{UC_{\text{CL,with CNC-W}}} \times 100$$

A plot of the SII with CNC-W content was drawn in Figure 10, which shows that the SII increases as CNC-W content grows. Figure 10 illustrates the relative degree of strength gain due to CNC-W inclusion.

As the water pressure increases for the samples of clay (CL) and CNC-W, the change in void ratio is recorded, and its results are given in Figure 11. The figure shows that, due to the initial condition of the samples, the starting void ratios are collected within a wider range ($\Delta e = 0.1225$). After having evaluated these oedometer test results, and given the previous research of the literature, the authors concluded that the CNC-W samples used in this study could make the soil less compressible due to its ability to hinder the flow. The characteristics illustrated in Figure 11 suggest that the clean soil grains change much more freely than those tested with CNC-W, possibly as a consequence of...
grains packing closer to each other during sample formation, which leads to a reduction in the voids. Then, the CNC-W spirals were thought to act as reinforcement between soil grains, and thereby result in substantial decrease in hydraulic conductivity (k) (Figure 12). Further, addition of CNC-W scraps helps in cutting of strain failure, increasing its stiffness and strength in comparison to non-CNC-W added soil. There are still many experiments to be made to have more confidence in the effects of CNC-W to the soil. There are some researchers who have made contributions on this topic, including Thevanayagam (1998), Monkul and Ozden (2007), Cabalar (2010), Cabalar and Hasan (2013), and Cabalar and Mustafa (2015). In light of the readily available papers, during one dimensional consolidation, the effect of the addition of CNC-W scraps on the soil varies. One way to explain the effect of CNC-W is by using an inter-granular void ratio approach, which is hereby referred the void ratio of the CNC-W scrap spirals with respect to the whole mixture ($e_{CNC-W}$).

Granular compression index, which is symbolized by $c_{c-s}$, is a definition that helps study the compression behavior of these mixtures (Monkul and Ozden, 2007). The term gives a relationship between the effective stress and void ratio, as can be seen in Eq. 2:

$$c_{c-s} = \frac{\Delta e_s}{\Delta \log \sigma'}$$

The change in these two compression indices ($c_c$ and $c_{c-s}$) in CNC-W mixed soils is displayed in Figure 13. CNC-W inclusion caused an increase in both parameters within the same experiment. The increase in global compression index values was observed to occur in smaller proportions. Actually, with increasing clay content, the CNC-W spirals become further separated, to the point where there is almost no interaction between the spirals. At such stage, it is thought that compressive behavior is mainly due to clay particles. The difference between the two compression index parameters becomes larger as more CNC-W materials are added to the mixture.
Aluminum Waste in Road Pavement Subgrade

Conclusions

A novel investigation was presented in this paper that examines the behavior of soils, which were mixed with CNC-W scraps. An extensive series of laboratory tests were carried out on the mixtures of CL type soil reinforced with CNC-W spirals. The tests included a series of consolidation, UCS, and CBR tests. Influence of the CNC-W spirals on soil behavior was studied by adding CNC-W spirals in concentrations of 0%, 5%, 10%, 15%, and 20% by dry weight. Four new aspects of behavior can be concluded from the results of this study:

1. The increase in CNC-W content causes the maximum dry unit weight of the mixtures to increase, from 17.25 kN/m² to 18.25 kN/m³ by 20% CNC-W addition, whilst causing the optimum water content to decrease, from 19% to 16%.

2. The addition of CNC-W increased the CBR value of the samples up to 15%, which could lead to large reductions in thickness of highway pavement design.

3. The peak compressive strength of the samples reduced as the quantity of CNC-W content increased up to 15%, whilst no test was able to be performed with a 20% mixture ratio.

4. CNC-W scraps in the samples cause a lower compressibility ($\Delta\varepsilon_\sigma = 0.1225$ with 20% CNC-W addition), and a substantial decrease in hydraulic conductivity, from 4,3E-0 6cm/sec to 2,3E-06 cm/sec, because of their ability to reduce voids.

These conclusions suggest that specimen formation, in the way it is used here, could be considered as an alternative soil reinforcement technique for construction of road pavement subgrade.

References

Ahmed, I. and Lovell, C. (1992). Use of rubber tires in highway construction. Utilization of Waste Materials in Civil engineering Construction 166-181. 10.5703/1288284313423

ASTM D1557-12e1 (2012), Standard Test Methods for Laboratory Compaction Characteristics of Soil Using Modified Effort (56,000 ft-lbf/ft³ (2,700 kN-m³)), ASTM International, West Conshohocken, PA. 10.1520/D1557-12E01

ASTM D1883-16 (2016), Standard Test Method for California Bearing Ratio (CBR) of Laboratory-Compacted Soils, ASTM International, West Conshohocken, PA. 10.1520/D1883-16

ASTM D698-12e2 (2012), Standard Test Methods for Laboratory Compaction Characteristics of Soil Using Standard Effort (12 400 ft-lbf/ft³ (600 kN-m/m³)), ASTM International, West Conshohocken, PA. 10.1520/D0698-12E02

ASTM D2166/D2166M-16 (2016), Standard Test Method for Unconfined Compressive Strength of Cohesive Soil, ASTM International, West Conshohocken, PA. 10.1520/D2166_D2166M-16

ASTM D2435/D2435M-11 (2011), Standard Test Methods for One-Dimensional Consolidation Properties of Soils Using Incremental Loading, ASTM International, West Conshohocken, PA. 0.1520/D2435_D2435M-11

Brown, R. W. (1996). Practical Foundation Engineering Handbook. New York: Mc Graw Hill.

Cabalar, A. F. (2010). Applications of the triaxial, resonant column and oedometer tests to the study of micaceous sands. Engineering Geology 112, 21-28. 10.1016/j.enggeo.2010.01.004

Cabalar, A. F. and Hasan, R. A. (2013). Compressional behaviour of various size/shape sand- clay mixtures with different pore fluids. Engineering Geology 164, 36-49. 10.1016/j.enggeo.2013.06.011

Cabalar, A. F., Karabash, Z., and Mustafa, W. S. (2014). Stabilising a clay using tyre buffings and lime. Road Materials and Pavement Design 15(4), 872-891. 10.1080/14680629.2014.939697

Cabalar, A. F. and Mustafa, W. S. (2015). Fall cone tests on clay-sand mixtures. Engineering Geology 192, 154-165. 10.1016/j.enggeo.2015.04.009

Cabalar, A. F. and Karabash, Z. (2015). California Bearing Ratio of a sub-base material modified with tire buffings and cement addition. Journal of Testing and Evaluation 43(6), 1279-1287. 10.1520/JTE20130070

Cokca, E. (2001). Use of class F fly ash for the stabilization of an expansive soil. Journal of Geotechnical and Geoenvironmental Engineering 127(7), 568-573. 10.1061/(ASCE)1090-0241(2001)127:7(568)

Calder, G. V. and Stark, T. D. (2010) Aluminum reactions and problems in municipal solid waste landfills. Practice Periodical of Hazardous, Toxic, and Radioactive Waste Management 14(4) 258-265. 10.1061/(ASCE)HZ.1944-8376.0000045

Chauhan, M. S., Mittal, S., and Mohanty, B. (2008). Performance evaluation of silty sand subgrade reinforced with fly ash and fiber. Geotextiles and Geomembranes 26, 429-435. 10.1016/j.geotexmem.2008.02.001

Cokca, E. (2001). Use of class F fly ash for the stabilization of an expansive soil. Journal of Geotechnical and Geoenvironmental Engineering 127(7), 568-573. 10.1061/(ASCE)1090-0241(2001)127:7(568)

Consoli, N. C., Prietto, P. D. M., Carraro, J. A. H., and Heiniche (2001) Behaviour of compacted soil-fly ash-carbide lime mixtures. Journal of Geotechnical and Geoenvironmental Engineering 127(9), 574-584. 10.1061/(ASCE)1090-0241(2001)127:9(774)

Consoli, N. C., Casagrande, M. D. T., and Coop, M. R. (2007). Performance of a fiber reinforced sand at large shear strains. Geotechnique 57(9), 751-756. 10.1680/geot.2007.57.9.751
Edil, T. B., Acosta, H. A., and Benson, C. H. (2006). Stabilizing soft fine grained soils with fly ash. *Journal of Materials in Civil Engineering* 18(2), 283-294. 10.1061/(ASCE)0899-1561(2006)18:2(283)

Edil, T. and Bosscher, P. (1994). Engineering properties of tire chips and soil mixtures. *Geotechnical Testing Journal* 17(4), 453-464. 10.1520/GTJ10306J

Edincilier, A., Cabalar, A. F., Cevik, A., and Cagatay, A. (2012). Triaxial compression behavior of sand and tire wastes using neural networks. *Neural Computing and Applications* 21, 441-452. 10.1007/s00521-010-0430-4

Faludi, J., Bayley, C., and Bhogal, S. (2015), Comparing environmental impacts of additive manufacturing vs traditional machining via life-cycle assessment. *Rapid Prototyping Journal* 21(1), 14-33. 10.1108/RPJ-07-2013-0067

Fatani, M. N., Bauer, G. E., and Al-Joulani, N. (1991). Reinforcing Soil with Aligned and Randomly Oriented Metallic Fibers. *Geotechnical Testing Journal* 14(1), 78-87. 10.1520/GTJ10194J

Fatemeh, M., Ehsan, A., and Hassan, R. (2014). Effect of polymer stabilizer on swelling potential and CBR of forest road material. *KSCE Journal of Civil Engineering* 18, 2064-2071. 10.1007/s12205-014-0137-7

Fratila, D. (2009). Evaluation of near-dry machining effects on gear milling process efficiency. *Journal of Cleaner Production* 17(9): 839-845. 10.1016/j.jclepro.2008.12.010

Galindo, R., Padilla, I., Rodriguez, O., Hernandez, R. S., Andres, S. L., and Delgado, A. L. (2015). Characterization of Solid Wastes from Aluminum Tertiary Sector: The Current State of Spanish Industry. *Journal of Minerals and Materials Characterization and Engineering* 3, 55-64. 10.4236/jmmce.2015.32008

Ghiassian, H., Poorebrahim, G., and Gray, D. H. (2004). Soil reinforcement with recycled carpet waste. *Waste Management and Research* 22(2), 108-114. 10.1177/0734242X04043938

Gomes Correira, A., Winter, M. G., and Puppala, A. J. (2016). A review of sustainable approaches in transport infrastructure geotechnics. *Transportation Geotechnics* 7, 21-28. 10.1016/j.trgeo.2016.03.003

HD 26/06 (2006). Pavement design and maintenance-foundations. Volume 7: design manual for roads and bridges (DMRB). London: The Stationery Office.

Kim, H. K. and Santamarina, J. C. (2008). Sand-rubber mixtures (large rubber chips). *Canadian Geotechnical Journal* 45, 1457-1465. 10.1139/T08-070

Lazzaro, G., and Atzori, C. (1992). Recycling of aluminum trimmings by conform process. *Light Met* 1379

Leshchinsky, B., Evans, T. M., and Vesper, J. (2016). Microgrids inclusions to increase the strength and stiffness of sand. *Geotextiles and Geomembranes* 44(2), 170-177. 10.1016/j.geotexmem.2015.08.003

Maher, M. H. and Ho, Y. C. (1994). Mechanical properties of kaolinite fibre soil composite. *Journal of Geotechnical Engineering* 120(8), 1381-1393. 10.1061/(ASCE)0733-9410(1994)120:8(1381)

Masad, E., Taha, R., Ho, C., and Papagiannakis, T. (1996). Engineering properties of tire/soil mixtures as a lightweight fill material. *Geotechnical Testing Journal* 19(3), 297-304. 10.1520/GTJ10355J

Megeed, K. M. A. (2012). Improvement of swelling clay properties using hay fibers. *Construction and Building Materials* 38, 242-247. 10.1016/j.conbuildmat.2012.08.031

Miraftab, M. and Lickfold, A. (2008). Utilization of Carpet Waste in Reinforcement of Substandard Soils. *Journal of Industrial Textiles* 38(2), 167-174. 10.1177/1528037008091064

Mishra, P., Jha Ajachi, R. B., Satrawala, M., and Amin H. (2013). Experimental Study on Waste Recycled Product (WRP) and Waste Plastic Strips (WPS) as Pavement Sub-Base Material. *International Journal of Scientific and Technology Research* 2(12) 258-262. http://www.jisr.org/final-print/dec2013/Experimental-Study-On-Waste-Recycled-Product-W.r.p.-And-Waste-Plastic-Strips-W.p.s.-As-Pavement-Sub-base-Material.pdf

Mitchell, J. K. and Katti, R. K. (1981). Soil improvement: state of the art report. Proceeding of the 10th International Conference on Soil Mechanics and foundation engineering. London: *International Society of Soil Mechanics and Foundation Engineering*, 216-317. https://www.issmge.org/uploads/publications/1/35/1981_04_0022.pdf

Monkul, M. M. and Ozden, G. (2007). Compressional behavior of clayey sand and transition fines content. *Engineering Geology* 89, 195-205. 10.1016/j.enggeo.2006.10.001

Munthor, A. S. (2012). Influence of plastic waste fibers on the strength of lime-fly ash stabilized clay. *Civil Engineering Dimension* 11(1), 32-40. https://www.semanticscholar.org/paper/Influence-of-Plastic-Waste-Fibers-on-the-Strength-Munthor/cebf77b2549af1964142bb0988d108a895bc5fd2

Murray, J. J., Frost, J. D., and Wang, Y. (2000). Behavior of a sandy silt reinforced with discontinuous recycled fiber inclusions. *Transportation Research Record* 1714, 9-17. 10.3141/1714-02

Newman, S. T., Nassehi, A., Asrai, R. I., and Dhokia, V. (2012). Energy efficient process planning for CNC machining. *CIRP Journal of Manufacturing Science and Technology* 5(2), 127-136. 10.1016/j.cirpj.2012.03.007

Patel, S. and Shahu, J. T. (2016). Resilient response and permanent strain of steel slag-fly ash-dolime mix. *Journal of Materials in Civil Engineering* 28(10), 10.1061/(ASCE)MT.1943-5533.0001619

Pradhan, P. K., Kar, R. K., and Naik, A. (2012). Effect of random inclusion of polypropylene fibers on strength characteristics of cohesive soil. *Geotechnical and Geological Engineering* 30(1), 15-25. 10.1007/s10706-011-9445-6
Rafalko, S. D., Brandon, T. L., Filz, G. M., and Mitchell, J. K. (2007). Fiber reinforcement for rapid stabilization of soft clay soils. *Transportation Research Board, No. 2026*. Washington DC: Transportation Research Board of the National Academies, 21-29. 10.3141/2026-03

Samuel, M. (2003). A new technique for recycling aluminum scrap. *Journal of Materials Processing Technology* 135, 177-124. 10.1016/S0924-0136(02)01133-0

Santoni, R. L., Tingle, J. S., and Webster, S. L. (2001). Engineering properties of sand-fibre mixtures for road construction. *Journal of Geotechnical Engineering* 127(3), 258-268. 10.1061/(ASCE)1090-0241(2001)127:3(258)

Sarkar, R., Abbas, S. M., and Shahu, J. T. (2012). A comparative study of geotechnical behaviour of lime stabilized pond ashes from Delhi Region. *International Journal of Geomechanics* 3(1), 273-279. 10.2166/ijg.2012.5.31

Seddon, R., Winter, M. G., and Nettleton, I. M. (2018). *Innovative Geotechnical Repair Techniques Effectiveness of Fibre Reinforced Soil*. (Project Report PPR 873).

Sevigné-Itoiz, E., Gasol, C. M., Rieradevall, J., and Gabarrell, X. (2014). Environmental Consequences of Recycling Aluminum Old Scrap in a Global Market. *Resources Conservation and Recycling* 89, 94-103. 10.1016/j.resconrec.2014.05.002

Shahu, J. T., Yudhbir, and Kameswara, R. (1999). A simple test methodology for soils under transportation routes. *Geotechnique* 49(5), 639-649. 10.1680/geot.1999.49.5.639

Shinzato, M. C. and Hypolito, R. (2005). Solid waste from aluminum recycling process: characterization and reuse of its economically valuable constituents. *Waste Management* 25, 37-46. 10.1016/j.wasman.2004.08.005

Shukla, A. K. (2013). Application of CNC waste with recycled aggregates in concrete mix. *International Journal of Engineering Research and Applications* 3(4), 1026-1031. https://www.academia.edu/16172447/Application_of_CNC_Waste_with_Recycled_Aggregate_in_Concrete_Mix

Shukla, S. K., Sivakugan, N., and Das, B. M. (2009). Fundamental concepts of soil reinforcement - An overview. *International Journal of Geotechnical Engineering* 3(3), 329-342. 10.3328/IJGE.2009.03.03.329-342

Singh, H. P. and Bagra, M. (2013). Improvement in CBR value of soil reinforced with jute fiber. *International Journal of Innovative Research in Science, Engineering and Technology* 3(8), 3447-3452. http://www.ijirset.com/upload/august_11_IMPROVEMENT.pdf

Sivakumar, B. G. L. and Vasudevan, A. K. (2008). Strength and stiffness response of coir -reinforced tropical soil. *Journal of Materials in Civil Engineering* 20, 571-577. 10.1061/(ASCE)0899-1561(2008)20:9(571)

Tanchaisawat, T., Bergado, D. T., Voottipruex, P., and Shehzad, K. (2010). Interaction between geogrid reinforcement and tire chip-sand lightweight backfill. *Geotextile and Geomembranes* 28(1), 119-127. 10.1016/j.geotexmem.2009.07.002

Thevanayagam, S. (1998). Effect of fines on confining stress on undrained shear strength of silty sands. *Journal of Geotechnical and Geoenvironmental Engineering* 124 (6), 479-491. 10.1061/(ASCE)1090-0241(1998)124:6(479)

Vyas, S., Phougat, N., Sharma, P., and Ratnam, M. (2011). Stabilization of dispersive soil by blending polymers. *International Journal of Earth Sciences and Engineering* 4(6), 42-54. https://www.researchgate.net/publication/266530230_Stabilization_of_Dispersive_Soil_by_Blending_Polymers

Wang, Y. (1997). Carpet waste for soil stabilization. *Proceedings of Second Conference on Recycling of Fibrous Textile and Carpet Waste*, Atlanta, GA.

Wang, Y. (2006). Chapter 14, *Utilization of Recycled Carpet Waste Fibers for Reinforcement of Concrete and Soil, Recycling in Textiles*, Cambridge: Woodhead Publishing Ltd. 10.1533/9781845691424.4.213

Wang, J., Wang, P., and Gao, R. X. (2015). Enhanced particle filter for tool wear production. *Journal of Manufacturing Systems* 36, 35-45. 10.1016/j.jmsy.2015.03.005

Zornberg, J. G. (2002). Discrete framework for limit equilibrium analysis of fiber reinforced soil. *Geotechnique* 52(8), 593-604. 10.1680/geot.2002.52.8.593